A comparative study of cyclic fatigue of 6 endodontic systems. An in vitro study

Jorge Rubio 1, José-Ignacio Zarzosa 1, Susana Aranda 1, Alberto Casino 1, Antonio Pallarés 2

1 Professors of the Master of Endodontics and Restorative Dentistry, Catholic University of Valencia
2 Director of the Master of Endodontics and Restorative Dentistry, Catholic University of Valencia

Correspondence:
Department of Endodontics and Restorative Dentistry
Catholic University of Valencia
jorrucli@hotmail.com

Abstract
Background: Mechanical preparation and the formation of space for adequate obturation are included in root canal shaping, but the complex root canal anatomy may be affect it. Manufacturers have created different alloys like M-Wire, Blue-Wire, Gold-Wire or R-phase. Objective: This investigation was performed to verify the null hypothesis that there were not significant differences between size 25 instruments ESP Files Thermoflex, Protaper Ultimate, Protaper Next, Blueshaper, One Curve and 2Shape about cyclic fatigue and length of broken fragments.

Material and methods: 180 new size 25 files of the systems investigated were selected (n=30). Files were used with Endo Mate DT endo motor with speed and torque recommended by manufacturers, holding the instruments with clamping mechanism, with passive adjustment, glycerine and without pressure in a stainless-steel block. The time was calculated in seconds until fracture. Number of fatigue cycles was determined as (Resistance (s) x Speed)/60. Separated fragment lengths were calculated with digital Vernier caliper. Statistical analysis was carried out with the SPSS 18 programme at a 95% confidence level, using Levene’s Test to compare variances, Welch’s Test to compare means, and Games-Howell’s Test to reveal differences between groups.

Results: Levene’s Test determined no equal variances (P<0.05). Welch’s Test and ANOVA (P<0.05) showed significant differences in cyclic fatigue and separated fragment lengths. Games-Howell’s and Bonferroni’s Test established significant differences in multiple comparisons (P<0.05).

Conclusions: ESP Files Thermoflex was superior in cyclic fatigue. About separated fragment lengths, ESP Files Thermoflex, Protaper Ultimate and Blueshaper obtained longer lengths.

Key words: Cyclic fatigue, continuous movement, separated fragment lengths, rotary systems.

Introduction
Mechanical preparation and the formation of space for adequate obturation are included in root canal shaping, but the complex root canal anatomy may be affect it. For this reason, different instruments and alloys were designed (1). The fracture of instruments remains a problem in root canal treatment, despite improved file performance (2). Thanks to the physical transformation of martensitic and austenitic phases, the instruments have great flexibility, but bending fatigue or torsional failure lead to fracture (3).

Manufacturers have created different alloys like M-Wi-
re, Blue-Wire, Gold-Wire or R-phase. M-Wire increases resistance to fracture of conventional NiTi with heat treatment, but files have elastic memory (4). However, instruments with Gold-Wire have control memory and more resistance and flexibility than M-Wire files (5,6). The Blue-Wire of new Blueshaper files, was designed with special thermal process and stable martensitic phase, increasing the flexibility and resistance to fracture by cyclic fatigue, and avoiding elastic memory (7-9). About R-phase Thermoflex Control with heat treatment of new ESP Files system, provides to instruments with memory control and more flexibility, avoiding traction to recuperate the anatomy inside the root canal.

Apart from alloy, there are multiple factors that affect the resistance to fracture of the instruments, such as the number of uses, the apical pressure of the operator, the design or the type of movement (10,11). Regarding the length of separated fragments, it is desirable that the longest fragment remain inside the root canal to perform its removal with extractor system. Therefore, this investigation was performed to verify the null hypothesis that there were not significant differences between size 25 instruments ESP Files Thermoflex (Jata Endo, Madrid, Spain), Protaper Ultimate (Dentsply Sirona, Ballaigues, Switzerland), Protaper Next (Dentsply Sirona, Ballaigues, Switzerland), Blueshaper (Zarc4Endo, Gijón, Spain), One Curve (Micro-Mega, Besançon, France) and 2Shape (Micro-Mega, Besançon, France) about cyclic fatigue and length of broken fragments.

Material and Methods

Similar methods to those mentioned in another scientific paper, which published in 2019 by the same authors, were used (12).

180 new size 25 instruments of systems investigated were selected (n=30). In alphabetical order, systems were divided into groups (Table 1). Files were used with X-Smart Plus endo motor (Dentsply Sirona, Ballaigues, Switzerland) (Fig. 1) with speed and torque recommended by manufacturers. Speed and torque of groups with continuous rotation were:

- Group 1 (Blueshaper): 350 rpm, 4 N•cm.
- Group 2 (ESP Files Thermoflex): 300 rpm, 2 N•cm.
- Group 3 (One Curve): 400 rpm, 2,4 N•cm.
- Group 4 (Protaper Next): 300 rpm, 2 N•cm.
- Group 5 (Protaper Ultimate): 400 rpm, 4 N•cm.
- Group 6 (2Shape): 400 rpm, 2,6 N•cm.

The instruments were firmly held with clamping mechanism (Fig. 2) without pressure and with passive adjustment in stainless-steel block with artificial canal with following characteristics: radius of curvature 3.5 mm.

| System                 | Size/Taper | Alloy          | Cross-section         |
|------------------------|------------|----------------|-----------------------|
| Group 1 Blueshaper     | 25/0.06    | Blue-Wire      | Convex triangular     |
| Group 2 ESP Files Thermoflex | 25/0.06  | R-Phase Thermoflex | Triple helix         |
| Group 3 One Curve      | 25/0.06    | Gold-Wire      | Variable              |
| Group 4 Protaper Next  | 25/0.06    | M-Wire         | Non-homothetic rectangularg |
| Group 5 Protaper Ultimate | 25/0.08  | Gold-Wire      | Convex triangular     |
| Group 6 2Shape         | 25/0.06    | Gold-Wire      | Asymmetric            |

Fig. 1: File in an artificial 60° canal.

Fig. 2: Clamping mechanism of the handpiece for the X-Smart Plus endo motor.
60° curvature, width 2 mm, length 21 mm and depth 3 mm. Champa et al. (13) and Gambarini et al. (14) used a block with similar characteristics. The canal was lubricated with glycerine after each file. Until fracture, time was calculated in seconds (s). With following formula, number of cycles to fracture (NCF) was estimated: (Resistance (s) x Speed)/60. With digital Vernier caliper, separated fragment lengths were calculated.

Statistical analysis was carried out with the SPSS 18 programme at a 95% confidence level, using Levene’s Test to contrast variances, Welch’s Test and ANOVA to compare means, and Games-Howell’s and Bonferroni’s Test to determine differences between groups.

### Results

No equal variances were assumed ($P<0.05$) with Levene’s Test, so Welch’s Test was used to contrast means consequently (Tables 2-4).

The cyclic fatigue mean values and statistics were described in Table 2. About statistics, ESP Files Thermoflex was superior to the other systems ($P<0.05$), but there were no significant differences between Protaper Ultimate vs Blueshaper ($P=0.943$) and 2Shape vs Blueshaper ($P=0.270$).

The NCF were presented in Table 3. ESP Files Thermoflex was superior statistically ($P<0.000$) except in comparison with One Curve ($P<0.506$). Nevertheless, there were not significant differences between Blueshaper and ESP Files.

### Table 2: Means and statistics for resistance to cyclic fatigue (s).

|          | Blueshaper | ESP Files | One Curve | P. Next | P. Ultimate | 2Shape |
|----------|------------|-----------|-----------|---------|-------------|--------|
| Levene’s Test | 50.78±6.66 | 196.89±15.93 | 125.85±3.37 | 80.55±2.69 | 44.09±3.21 | 65.98±1.97 |
| Welch’s Test  | 0.000       |           |           |         |             |        |
| Games-Howell’s Test | 0.000   |           |           |         |             |        |

### Table 3: Means and statistics of number of cycles to fracture (NCF).

|          | Blueshaper | ESP Files | One Curve | P. Next | P. Ultimate | 2Shape |
|----------|------------|-----------|-----------|---------|-------------|--------|
| Levene’s Test | 296.23±38.87 | 984.46±79.69 | 839.04±22.46 | 402.78±13.47 | 293.96±21.44 | 439.88±13.17 |
| Welch’s Test  | 0.000       |           |           |         |             |        |
| Games-Howell’s Test | 0.000  |           |           |         |             |        |
haper vs Protaper Next (P=0.126), 2Shape vs Protaper Next (P=0.373) and Protaper Ultimate vs Blueshaper (P=1.000).

Separated fragment lengths were described in Table 4. The largest values were acquired by ESP Files, Protaper Ultimate and Blueshaper. These systems were statistically superior (P=0.000) vs One Curve, Protaper Next and 2Shape.

Discussion
In the present research, files with continuous movement but with different cross-section, taper, alloy, torque and speed were investigated. Results showed that ESP Files with R-Phase Thermoflex obtained better resistance to cyclic fatigue.

In the 1980s, Walia et al. introduced NiTi instruments in endodontics, and the manufacturing process has been developing with improvements to avoid failures like broken files and to have better mechanical properties of alloy. Actually, endodontic instruments can be classified in files with higher austenite phase (NiTi, R-Phase or M-Wire), or with superior martensite phase (CM-Wire, Blue-Wire or Gold-Wire). The first files are indicated to shape slightly curved or straight canals, and the instruments with higher martensite phase are suitable to treat severe or double curvatures of root canals, due to the greater flexibility and control memory (15-17). According to Goldberg et al. (18) Defects such as zipping or apical transportation can be observed in root canal treatment, with an increased risk of treatment failure.

On the other hand, metallurgical design, manufacturing process, taper, size, cross section, helix angle, file kinematics, core diameter and heat treatment of alloy are factors with which the resistance to fracture can be affected (19, 20). In the present investigation, ESP Files Thermoflex (196.89±15.93s) obtained the best resistance statistically. Regarding NCF, ESP Files Thermoflex (984.46±79.69) and One Curve (839.04±22.46) showed the highest NCF.

There are several studies of cyclic fatigue with dynamic or static models. As in the investigations of Lopes et al. (21), Alcalde et al. (22), Almeida-Gomes et al. (23) or Wan et al. (24), static model was selected to reduce variables such as the amplitude of axial movements of files in dynamic model, and to have a precise position in the artificial root canal in stainless steel block.

The results of this investigation (Tables 2,3) showed that Group 2 (ESP Files, 196.89±15.93s, 984.46±79.69 NCF) and 3 (One Curve, 125.85± 3.37s, 839.04±22.46 NCF) got better results than the other groups. However, Groups 1 (Blueshaper, 50.78± 6.66s, 296.23 ±38.87 NCF) and 5 (Protaper Ultimate, 44.09±3.21s, 293.96 ±21.44 NCF) obtained the worst results, which have the highest torque. About separated fragment lengths Blueshaper (6.54± 0.05mm), ESP Files (6.44± 0.05mm) and Proper Ultimate (6.51± 0.05mm) showed the highest values.

Riyahi et al. (25) published an investigation of cyclic fatigue comparing Protaper Next, Twisted Files and Trunatomy (Dentsply Sirona, Ballaigues, Switzerland) with same size of this study but with less instruments per group in stainless steel canal of 60º. Regarding NCF, Protaper Next (259±37.2 NCF) was less resistant statistically in comparison with Trunatomy (846.67±37.16 NCF) and Twisted Files (521.67±63.07 NCF). In other study of Chi et al. (26), they compared Protaper Next, Protaper Universal, Wave One Gold, Hyflex CM, Hyflex EDM and TFA Adaptive in artificial canal of 60º, and Protaper Next (61 NCF) showed the worst result also. On the other hand, Ruiz-Sánchez et al. (27) com-
pared Protaper Next, Protaper Universal, Protaper Gold and Profile Vortex Blue, and they determined significant differences between groups, being Protaper Next (787.90±173.91 NCF) significant worse than Protaper Gold (1021.49±264.81 NCF) and Profile Vortex Blue (1431.46±411.60 NCF). However, in this study Protaper Next (402.78±13.47 NCF) was better statistically than Protaper Ultimate (293.96±21.44 NCF) and Blueshaper (296.23±38.87 NCF), without significant differences in comparison with 2Shape (439.88±13.17 NCF), and significant worse than ESP Files Thermoflex (984.46±79.69 NCF) and One Curve (839.04±22.46 NCF).

Koçak et al. (28) performed an cyclic fatigue study of Protaper Next, 2Shape, Hyflex CM and TF Adaptive; and they observed that Protaper Next (554.7±59 NCF) was significant better than 2Shape (291±46 NCF). In 2019, Olcay et al. (29) published an investigation of cyclic fatigue of 2Shape, Protaper Next and Wave One Gold in simulated canal of 60º also. They determined that Protaper Next (807.06±33.43 NCF) was significant better than 2Shape (388.6±13.08 NCF) like Koçak et al. (28). One year after, Gündoğar et al. (30) studied the cyclic fatigue and separated fragment length of Rotate, Trunatomy, 2Shape and Hyflex CM files in artificial canal with similar characteristics of the block of this investigation, and they observed significant differences in cyclic fatigue between groups, being 2Shape (1155.53±173.25 NCF) less resistance than Rotate (1840.84±257.62 NCF) and Hyflex CM (1566.62±250.55 NCF), but no significant differences in separated fragment length (P=0.05). Unlike Koçak et al. (28) and Olcay et al. (29), the present study found no significant differences (P=0.373) between Protaper Next (402.78±13.47 NCF) and 2Shape (439.88±13.17 NCF), but significant differences in separated fragment length were observed between both systems (P<0.001), in contrast with Gündoğar et al. (30). La Rosa et al. (31) examined One Curve and F6 SkyTaper endodontic files in artificial canal with a curvature of 60º also. In the results, they observed similar value of One Curve in comparison of this study (125.85±3.37 NCF). One year before, Uygur et al. (32) compared cyclic fatigue and separated fragment length of One Curve, Hyflex EDM, Vortex Blue and Protaper Gold. The authors observed in cyclic fatigue that One Curve (959.58±61.18 NCF) was better significantly than Vortex Blue (548.39±77.64 NCF) and Protaper Gold (600.83±66.49 NCF). About separated fragment length, they determined significant differences obtaining the shortest value the One Curve system (4.54±0.20mm). About the results of La Rosa et al. (31), in this investigation were showed similar results of One Curve. Regarding to Uygur et al. (32), One Curve was significant better than system with Gold-Wire in this study also, but One Curve (5.55±0.06mm) did not get the shortest value in separated fragment length (Protaper Next, 4.57±0.05mm).

In 2021, Sierra-Lorenzo et al. (33) published an investigation of cyclic fatigue comparing Blueshaper and Protaper Ultimate systems in artificial canal with curvature of 60º, like this study. In the results, they showed that Blueshaper (1205.6 NCF) was significant superior than Protaper Ultimate (736 NCF). Unlike Sierra-Lorenzo et al. (33), Blueshaper (296.23±38.87 NCF) and Protaper Ultimate (293.96±21.44 NCF) showed no significant differences in NCF and fracture time.

ESP Files Thermoflex was superior to other investigated systems for cyclic fatigue. About separated fragment lengths, ESP Files Thermoflex (R-Phase with heat treatment), Protaper Ultimate (Gold-Wire) and Blueshaper (Blue-Wire) obtained longer lengths.

References
1. Kamali SG, Turkaydin D. Cyclic fatigue resistance and shaping ability of heat-treated nickel-titanium instruments after repeated use. Niger J Clin Pract. 2021;24:247-53.
2. De Vasconcelos RA, Murphy S, Carvalho CA, Govindjee RG, Govindjee S, Peters OA. Evidence for reduced fatigue resistance of contemporary rotary instruments exposed to body temperature. J Endod. 2016;42:782-7.
3. Shen Y, Zhou HM, Zheng YF, Peng B, Haapasalo M. Current challenges and concepts of the thermomechanical treatment of nickel-titanium instruments. J Endod. 2013;39:163-72.
4. Pedullà E, La Rosa GR, Franciosi G, Corsentino G, Rapisarda S, Lo Savio F, et al. Cyclic fatigue and torsional resistance evaluation of Reciproc R25 instruments after simulated clinical use. Minerva Dent Oral Sci. 2022;71:174-179.
5. Gündoğar M, Özürek T, Yilmaz K, Ushu G. Cyclic fatigue resistance of Hyflex EDM, Reciproc Blue, WaveOne Gold, and Twisted File Adaptive rotary files under different temperatures and ambient conditions. J Dent Res Dent Clin Dent Prospects. 2019;13:166-71.
6. Oh S, Kuni KY, Kim HJ, Moon SY, Kim HC, Chaniotsis A, et al. Bending resistance and cyclic fatigue resistance of WaveOne Gold, Reciproc Blue, and Hyflex EDM instruments. J Dent Sci. 2020;15:472-8.
7. De-Deus G, Silva EJNL, Vieira VTL, Belladonna FG, Elias CN, Plotino G, et al. Blue thermomechanical treatment optimizes fatigue resistance and flexibility of the reciproc files. J Endod. 2017;43:462-6.
8. Plotino G, Grande NM, Cotti E, Testarelli L, Gambarini G. Blue treatment enhances cyclic fatigue resistance of vortex nickel-titanium rotary files. J Endod. 2014;40:1451-3.
9. Pereira ESI, Peixoto IF, Viana ACO, et al. Physical and mechanical properties of a thermomechanically treated NiTi wire used in the manufacture of rotary endodontic instruments. Int Endod J. 2012;45:469-74.
10. Berutti E, Paolini DS, Chiodussi G, Alovisi M, Cantatore G, Castellucci A, et al. Root canal anatomy preservation of WaveOne reciprocating files with or without glide path. J Endod. 2012;38:101-4.
11. Silva EJNL, Lima CO, Vieira VTL, Antunes HS, Moreira EJL, Versiani. MA. Cyclic Fatigue and Torsional Resistance of Four Martensite-Based Nickel Titanium Reciprocating Instruments. Eur J Endod. 2020;5:231-5.
12. Rubio J, Zarzosa JI, Pallarés A. A comparative study of cyclic fatigue of 10 different types of endodontic instruments: an in vitro study. Acta Stomatol Croat. 2019;53:28-36.
13. Champa C, Divya V, Sirekha A, Karale R, Shetty A, Sadashiva P. An analysis of cyclic fatigue resistance of reciprocating instruments in different canal curvatures after immersion in sodium hydroxylate and autoclaving: an in vitro study. J Conserv Dent. 2017;20:194-8.
14. Gambarini G, Miccoli G, Seracchiani M, Morese A, Piasecki L, Gaimari G, et al. Fatigue resistance of new and used nickel-titanium rotary instruments: a comparative study. Clin Ter. 2018;169:96-101.
15. Bueno CRE, Cury MTS, Vasques AMV, Sivieri-Araújo G, Jacinto
RC, Gomes-Filho JE, et al. Cyclic fatigue resistance of novel Genius and Edgfile nickel-titanium reciprocating instruments. Braz Oral Res. 2019;33:e028.
16. Zupane J, Vahdat-Pajouh N, Schäfer E. New thermomechanically treated NiTi alloys - a review. Int Endod J. 2018;51:1088-103.
17. Gambartini G, Grande NM, Plotino G, Somma F, Garala M, De Luca M, et al. Fatigue resistance of engine-driven rotary nickel-titanium instruments produced by new manufacturing methods. J Endod. 2008;34:1003-5.
18. Goldberg F, Araujo JA. Comparison of three instruments in the preparation of curved canals. Endod Dent Traumatol. 1997;13:265-8.
19. Turpin YL, Chagneau F, Vulcin JM. Impact of two theoretical cross-sections on torsional and bending stresses of nickel-titanium root canal instrument models. J Endod. 2000;26:414-7.
20. Pereira ES, Peixoto IF, Viana AC, Oliveira II, Gonzalez BM, Buno VT, et al. Physical and mechanical properties of a thermomechanically treated NiTi wire used in the manufacture of rotary endodontic instruments. Int Endod J. 2012;45:469-74.
21. Lopes HP, Elias CN, Vieira MV, Siqueira JF Jr, Mangelli M, Lopes WS, et al. Fatigue Life of Reciproc and Mtwo instruments subjected to static and dynamic tests. J Endod. 2013;39:693-6.
22. Alcalde MP, Tanomaru-Filho M, Bramante CM, Duarte MA, Guedes-Tanomaru JM, Camilo-Pinto J, et al. Cyclic and torsional fatigue resistance of reciprocating single files manufactured by different nickel-titanium alloys. J Endod. 2017;43:1186-91.
23. Almeida-Gomes F, de Matos HR, Nunes RF, Arrais AM, Ferreira-Maniglia C, de Morais Vitoriano M, et al. Cyclic fatigue resistance of different continuous rotation and reciprocating endodontic systems. Indian J Dent Res. 2016;27:278-82.
24. Wan J, Rasmick BJ, Musikant BL, Deutsch AS. A comparison of cyclic fatigue resistance in reciprocating and rotary nickel-titanium instruments. Aust Endod J. 2011;37:122-7.
25. Riyahi AM, Bashiri A, Alshahrani K, Alshahrani S, Alamri HM, Al-Sudani D. Cyclic Fatigue Comparison of TruNatomy, Twisted File, and ProTaper Next Rotary Systems. Int J Dent. 2020;2020:3190938.
26. Chi D, Zhang Y, Lin X, Tong Z. Cyclic fatigue resistance for six types of nickel titanium instruments at artificial canals with different angles and radii of curvature. Dent Mater J. 2021;40:1129-35.
27. Ruíz-Sánchez C, Faus-Llácer V, Faus-Matoses I, Zubizarreta-Macho A, Sauro S, Faus-Matoses V. The Influence of NiTi Alloy on the Cyclic Fatigue Resistance of Endodontic Files. J Clin Med. 2020;9:3755.
28. Koçak S, Şahin FF, Özdemir O, Koçak MM, Sağlam BC. A comparative investigation between ProTaper Next, Hyflex CM, 2Shape, and TF-Adaptive file systems concerning cyclic fatigue resistance. J Dent Res Dent Clin Dent Prospects. 2021;15:172-7.
29. Olcay K, Eyuboglu TF, Erkan E. Cyclic fatigue resistance of waveone gold, protaper next and 2shape nickel titanium rotary instruments using a reliable method for measuring temperature. Niger J Clin Pract. 2019;22:1335-40.
30. Gündoğar M, Uslu G, Özyürek T, Plotino G. Comparison of the cyclic fatigue resistance of VDW.ROTATE, TruNatomy, 2Shape, and HyFlex CM nickel-titanium rotary files at body temperature. Restor Dent Endod. 2020;45:e37.
31. La Rosa GRM, Shumakova V, Isola G, Indelicato F, Bugea C, Pedullà E. Evaluation of the Cyclic Fatigue of Two Single Files at Body and Room Temperature with Different Radii of Curvature. Materials (Basel). 2021;14:2256.
32. Uygun AD, Unal M, Falakalıoğlu S, Güven Y. Comparison of the cyclic fatigue resistance of hyflex EDM, vortex blue, protaper gold, and onecurve nickel-Titanium instruments. Niger J Clin Pract. 2020;23:41-45.
33. Sierra-Lorenzo A, de la Torre-de la Fuente F, Aranguren-Cangas J, Vázquez-Camacho R, Cisneros-Cabello R, Estévez R. Cyclic fatigue resistance of Blueshaper new NiTi Instruments of six generation. Endodencia. 2021;39:15-19.

Acknowledgements
The authors thank Jata Endo, Zarc4Endo, Dentsply Sirona and Micro-Mega for providing the instruments.

Conflict of interest
The authors declare that there is no conflict of interest regarding the publication of this paper.